Effect of Thermomechanical Fatigue on Shear Strength between a Conventional and an Experimental Polymer for Prosthetic Application

Efeito da Fadiga Termomecânica na Resistência ao Cisalhamento Entre um Polímero Convencional e um Polímero Experimental para Aplicação Protética

Denise Tornavoi de Castro; Vitor de Baptista Bastos Duarte; Marco Antonio Schiavon; Andréa Cândido dos Reis*

*University of Uberaba, Department of Biomaterials. SP, Brazil.
**University of São Paulo, Dental Materials and Prosthesis Department, Ribeirão Preto School of Dentistry. SP, Brazil.
†Federal University of São João del Rei, Department of Natural Sciences. SP, Brazil.
‡University of São Paulo, Programa de Pós-Graduação em Reabilitação Oral. SP, Brazil
*E-mail: andreare73@yahoo.com.br

Received em: 28/09/2018
Aprovado em: 27/02/2019

Abstract

The incorporation of antimicrobial agents may influence the mechanical properties of acrylic resins. Thus, the use of these agents only in regions of dental prostheses subject to greater contamination may be an alternative. This study evaluates the effect of thermomechanical fatigue on the bond strength between a conventional and an experimental acrylic resin incorporated with nanostructured silver vanadate decorated with silver nanoparticles (AgVO3). 60 specimens (Ø13mm x 23mm height) in self-curing resin were obtained and divided into groups according to the experimental resin incorporated with AgVO3 (Ø4mm x 6mm height): G1–Convencional x Convencional, G2–Convencional x 2.5% of AgVO3, G3 – Convencional x 5% of AgVO3. Ten samples of each group were subjected to bond strength analysis after manufacture, and 10 were previously submitted to 1.200.000 cycles with 98N load and 2Hz/second frequency and alternating baths of 5 ºC, 37ºC and 55 ºC. The fracture area was analyzed. The data were submitted to analysis of variance of two-factors with Bonferroni adjustment for comparisons post hoc (α = 0.05) was used. The fatigue did not affect the bond strength (p=0.416), however, there was influence of the AgVO3 concentration on the bond strength between the resins (p=0.013). Mixed failures with adhesive predominance were observed in samples without AgVO3 and cohesive failures in samples with the nanomaterial. The use of AgVO3 can improve or maintain the bond strength between resins with no thermomechanical fatigue influence.

Keywords: Acrylic Resins. Products with Antimicrobial Action. Nanotechnology. Thermomechanical fatigue

Resumo

A incorporação de agentes antimicrobianos pode influenciar nas propriedades mecânicas de resinas acrílicas. Desta forma, o uso destes agentes apenas em regiões das próteses dentárias sujeitas a maior contaminação pode ser uma alternativa. Este estudo avalia o efeito da fadiga termomecânica na resistência de união entre uma resina acrílica convencional e uma experimental incorporada com vanadato de prata nanoestruturado decorado com nanopartículas de prata (AgVO3). Foram obtidos 60 espécimes (Ø13mm x 23mm de altura) em resina autopolimerizável, divididos em grupos de acordo com a resina experimental incorporada com AgVO3 (Ø4mm x 6mm de altura): G1-Convencional x Convencional, G2-Convencional x 2.5% de AgVO3, G3 – Convencional x 5% de AgVO3. Dez amostras de cada grupo foram submetidas à análise de resistência à união após a confecção e 10 foram submetidas previamente a 1.200.000 ciclos com carga de 98 N e frequência de 2Hz/segundo e banhos alternados de 5 ºC, 37 ºC e 55 ºC. A área de fratura foi analisada. Os dados foram submetidos à análise de variância de dois-fatores com Bonferroni para comparações pos hoc (α = 0.05). A fadiga não afetou a força de união (p=0.416), no entanto, houve influência da concentração de AgVO3 na resistência de união entre as resinas (p=0.013). Falhas mistas com predominância ‘ou manter a resistência da união entre as resinas sem influência da fadiga termomecânica.

Palavras-chave: Resinas Acrílicas. Produtos com Ação Antimicrobiana. Nanotecnologia

1 Introduction

The loss of a dental element, especially in aesthetic areas, results in functional and psychological consequences to the patient. Therefore professionals have explored predictable and efficient therapeutic options for restoring the balance of soft and hard tissue1-3.

The success of a treatment, conventional or implant-supported, depends largely on the quality of temporary prostheses that can remain for long periods of time in the oral cavity based on the planning that has been chosen, which must meet the biomechanical and aesthetic requirements4,5.

Provisional prostheses are most often made of acrylic resin, in which the main component is methyl polymethacrylate (PMMA)4. Local factors such as roughness and porosity of the resin, coupled to problems of hygiene and loss of tissue integrity associated with systemic factors such as malnutrition, diabetes mellitus, infection by human immunodeficiency virus and xerostomia contribute to the proliferation and adherence of microorganisms7,8.

In rehabilitations using immediate-loading, a temporary prosthesis is manufactured shortly after installing the implant4. However, the control of bacterial contamination at the bone/implant/crown interface is critical for the longevity of the
treatment, since the accumulation of microorganisms can have consequences that range from the installation of peri-implant mucositis to peri-implantitis, characterized by loss of supporting bone tissue, which although easily diagnosed, may result in treatments that include resection surgeries10,11.

The problems caused by contamination by microorganisms are also frequent in treatments with conventional prostheses, which can basically affect teeth dentures by caries and periodontal disease and soft tissue by prosthetic stomatitis12-14. Within this context, there is currently a growing interest by researchers to develop new dental materials with antimicrobial activity, in order to prevent contamination and formation of oral biofilm15-17.

Silver is known to have satisfactory antimicrobial properties, especially when prepared in the form of nanoparticles18. In dentistry, silver nanoparticles (AgNPs) have been incorporated in several materials, such as acrylic resins and denture-based materials19,20. However, although AgNPs have different applications, they have disadvantages, mostly associated with agglomeration21.

A promising antimicrobial agent, composed of vanadium and silver on nano-scale, the nanostructured silver vanadate decorated with AgNPs (AgVO3) has been described21,22. The minimum inhibitory concentration (MIC) results were 100 times lower than those reported by an antibiotic used as a reference, Oxacillin, and included high activity against Staphylococcus aureus methicillin resistant, and Enterococcus, vancomycin resistant. The authors suggest this nanomaterial as an additive for water based paints for application in domestic and hospital environments with a high degree of bacterial contamination. Recent studies have also demonstrated good antimicrobial results of acrylic resins incorporated with AgVO3, against Staphylococcus aureus, Streptococcus mutans, Pseudomonas aeruginosa and Candida albicans. However, adverse effects were observed in the mechanical properties of the resin, and this combination may increase the possibility of fracture of the prosthetic device23-25.

Therefore, considering that the use of AgVO3 only in regions subjected to higher microbial contamination, as in the internal base of conventional or implant-supported temporary prosthesis, could reduce the risks caused by microbial contamination without mechanical failure problems, the objective of this study is to evaluate the bond strength by means of a shear test between a conventional acrylic resin and an experimental resin with AgVO3 before and after thermomechanical fatigue, and also classify the type of fracture. The null hypothesis is that the incorporation of AgVO3 or the fatigue process has no affect the bond strength between the acrylic resins.

2 Material and Method
2.1 Synthesis and characterization of nanostructured silver vanadate decorated with AgNPs

The nanostructured silver vanadate decorated with silver nanoparticles was synthesized by a precipitation reaction between silver nitrate (AgNO3, Merck 99.8%) and ammonium metavanadate (NH4VO3, Merck 99%)21,22 and characterized by scanning transmission electron microscopy (STEM) (STEM), using a JEOL JEM-100CX II microscope.

2.2 Preparation of samples

The colorless and pink self-cured acrylic resin (Clássico Artigos Odontológicos®) were used in the preparation of the specimens. The first phase was to obtain the base sample of the specimen, in cylindrical format of Ø 13 mm x 23 mm in height. The second phase for the preparation of the opposing sample of Ø 4 mm x 6 mm in height with different concentrations of the nanomaterial (2.5% and 5%) by weight. In the first phase, the specimens were manufactured using the inclusion of matrices (Ø 13 mm x 23 mm in height) in a conventional metallic muffle (OGP, Produtos Odontológicos Ltda., São Paulo, SP, Brazil). The colorless acrylic resin was treated according to the manufacturer’s recommendations and during the plastic phase it was accommodated in the molds previously prepared in the muffles. The muffles were placed in hydraulic presses (Procteini Equip. Med., Araraquara, SP, Brazil) with a load of 1000 Kgf for 60 minutes, and after the disinclusion, the excesses were removed with a Maxi-cut cutter (Malleifer AS, Ballaiguer, Switzerland) and specimen was sanded using Norton 180 and 400 sandpapers. The specimens were taken to an ultrasonic tank for 3 minutes to remove the residues and were then kept in an oven at 37 °C for 24 hours. Subsequently, the specimens were adapted to an aluminum-based teflon matrix and three groups were obtained, according to the experimental resin with different concentrations of AgVO3 injected on them (Ø 4 mm x 6 mm in height): G1 – Conventional x Conventional, G2 – Conventional x 2.5% of AgVO3, G3 – Conventional x 5% of AgVO3. For this, homogenization of the pink polymer resin and AgVO3 was performed and them, the monomer was added in the amount specified by the manufacturer. A syringe was used to insert the material into the central hole (Ø 4 mm x 6 mm in height) of the matrix.

After 60 minutes, polymerization time, the assembly (base + opposing sample) was removed using a metal piston to minimize applying force on the interface. Twenty specimens were obtained from each group, which were then subdivided into two groups (n=10), where one was submitted to thermomechanical fatigue.

2.3 Thermomechanical fatigue

Thermomechanical equipment was used (GERVIC, Thermomechanical wear system GTF 100) for the mechanical
and thermal fatigue test. The specimens were subjected to 1,200,000 cycles, with a load of 98N at a frequency of 2Hz/ second, corresponding to five years of clinical use. At the same time, the samples were subjected to thermal cycles at temperatures of 5 °C, 37 °C and 55 °C.

2.4 Shear strength test

The shear test used a metal device with a central hole where the samples were affixed to a chisel. After fitting the base onto the EMIC DL1000 universal test machine (EMIC, São José dos Pinhais, PR), the specimen was positioned in the hole of the support, and then the chisel, connected to a 100 kg load cell, was positioned in the interface of the materials. The test was performed with a cross head speed of 1 mm/min until the rupture of the interface, and the tensile strength was recorded in Megapascal (MPa).

2.5 Fractographic analysis

After the shear test, three samples of each group were examined under a Leica S8AP0 stereomicroscope coupled to Leica DFC295 camera (Leica Microsystems, Heidelberg, Germany) with 16 x magnification that enabled to obtain clear and sufficient images to distinguish the type of fracture caused in the shear strength test.

2.6 Statistical analysis

Once the data normality and homogeneity was verified, 2-way ANOVA with Bonferroni adjustments for post hoc comparisons (α=0.05) was used. Statistical analysis was performed using the software (SPSS v22.0, SPSS Inc.).

3 Results and Discussion

Transmission/Scanning electron microscopy showed that silver vanadate wires have an acicular pattern and are decorated with silver nanoparticles (Figure 1).

Table 1 shows the bond strength values obtained by each group before and after thermomechanical fatigue.

| Group                            | Before Fatigue | After Fatigue |
|----------------------------------|----------------|---------------|
| G1 - Conventional x Conventional | 16.76 (2.88)   | 17.11 (3.82)  |
| G2 - Conventional x 2.5% of AgVO₃| 17.52 (2.14)   | 19.18 (2.47)  |
| G3 - Conventional x 5% of AgVO₃  | 19.83 (2.34)   | 19.74 (3.93)  |

Source: Research Data.

The bond strength between the resins increased when a concentration of 5% was added to the experimental group (p=0.016), which was statistically different from G1 - Conventional x Conventional (p=0.013). The incorporation of 2.5% promoted intermediate results (p>0.05) (Figure 2).

The thermomechanical fatigue process did not affect the bond strength between the resins (p=0.416) (Figure 3).

All groups presented mixed failures, both before and
after the fatigue process, however, for G1- Conventional x Conventional there was a predominance of adhesive failures. Moreover, the incorporation of AgVO₃ favored the occurrence of failure with the highest cohesive prevalence (Figure 4).

**Figure 4** - Fractographic analysis. A. Conventional x Conventional before thermomechanical fatigue; B. Conventional x 5% of AgVO₃ after thermomechanical fatigue.

Source: Authors.

Acrylic resins are widely used in the manufacture of conventional and implant-supported temporary prostheses. However, porosity and surface roughness favor microbial adhesion and consequent oral and systemic diseases. In the case of implant-supported prostheses, the pathogenic biofilm is a factor that may contribute to early and late implant loss.

The development of antimicrobial dental materials is an objective of dental surgeons and patients who need complementary treatment to oral conditions. This demand has developed a need in the scientific community to formulate alternatives capable of reducing the amount of pathogenic microorganisms in the oral environment. However, none of them has yet been able to obtain sufficient stability and antimicrobial gains without negatively influencing the mechanical properties and/or biocompatibility of the materials.

Nanodentistry is an emerging area in dentistry and uses nanostructured materials to diagnose, treat and prevent oral diseases, and exhibit improved properties compared to conventional ones. In particular, there is much expectation regarding the use of AgVO₃. Their use in controlled amounts may be able to maintain the mechanical properties of acrylic resins while promoting antimicrobial activity. Castro et al., 2016 found that only the 10% concentration of this nanomaterial promoted results below those required by ISO 20795-1:2008 in terms of flexural strength, when incorporated into dental polymers. Reduction in impact strength were also observed. For this reason, the study presented herein proposed the use of AgVO₃ only in regions that are critical to the contamination of provisional and conventional implant-supported prostheses adjacent to prosthetic components and supporting tissues. Therefore, adequate bond strength between the acrylic resin used in the manufacture of the prosthesis body is required, with the acrylic resin incorporated in the antimicrobial agent.

Several mechanical tests can be used to evaluate the bonding of dental materials. Of these tests, the most widely found in the literature are the tensile and shear tests. In the shear test the bond is disrupted by a force applied parallel to the interface between the two materials by a tip coupled to a universal testing machine. When it comes to bond strength, another important factor to be evaluated is the type of fracture that occurs. When the bond between two materials is deficient there is a greater chance for the occurrence of adhesive failures at the interface under relatively low stresses. In effective bonds, in which there are usually cohesive failures during fracture, less infiltration at the interface can be observed, reducing staining and microorganism proliferation.

During the clinical practice, temporary prostheses are subject to thermal challenges, due to food intake, and mechanical stress, induced during chewing. The temperature variation in aqueous media can degrade the polymer, since water acting as a plasticizing agent can diffuse through it, contributing to the deterioration of the surface as well as the bonding capacity to other materials. The application of cyclic loading can produce expansion and contraction of the material, causing stress in the bonding area. However, despite these evidences, in this study, the thermomechanical fatigue did not affect the bond strength of the resins assessed.

However, the concentration of AgVO₃ affected the bond strength. Higher bond strength values were observed between the conventional resin and the experimental resin with 5% of AgVO₃ (G3). This group is statistically different from the control group (G1) that evaluated the bond strength between acrylic resins without the nanomaterial. The group modified with 2.5% of AgVO₃ (G2) exhibited intermediate values. These results corroborate with those obtained by the fractographic analysis, which demonstrate that the incorporation of the nanomaterial favored the occurrence of mixed failures with greater cohesive predominance, suggesting that the bond was more effective. This demonstrates that nanotechnology was able to improve the dynamic behavior of polymers incorporated with AgVO₃, which can be explained by the formation of a microstructure produced by the nanomaterial inside the polymer matrix, capable of promoting a more efficient mechanical interaction at the interface between the two materials.

Considering these results, it can be concluded that the bond strength between conventional resin and resin incorporated with AgVO₃ shows to be satisfactory for this proposal to be applied in critical contamination regions without the influence of the fatigue process, and may be an alternative to eliminate the disadvantages of the use of the nanomaterial in terms of mechanical properties, in order to contribute to the hygiene
and general health of patients who need provisional dental prostheses.

4 Conclusion

It is concluded that the use of AgVO₃ can improve or maintain the bond strength between the resins with no thermomechanical fatigue effect.

Acknowledgments

The authors would like to thank the Foundation for Research Support of the State of São Paulo (FAPESP – 2015/16202-7) for financial support for the study.

References

1. de Andrade FB, Lebrão MLs, Santos JL, da Cruz Teixeira DS, de Oliveira Duarte YA. Relationship between oral health-related quality of life, oral health, socioeconomic, and general health factors in elderly Brazilians. J Am Geriatr Soc 2012;60(9):1755-1760.

2. Michalakis K, Kalpidis CD, Hirayama H. Conversion of an existing metal ceramic crown to an interim restoration and nonfunctional loading of a single implant in the maxillary esthetic zone: A clinical report. J Prosthodont 2014; 111(1):6-10.

3. Bidinotto AB, Santos CM, Tôrres LH, de Sousa MD, Hugo FN, Hilgert JB. Change in quality of life and its association with oral health and other factors in community-dwelling elderly adults-a prospective cohort study. J Am Geriatr Soc 2016;64(12):2533-8.

4. Wittneben JG, Buser D, Belser UC, Bragger U. Interim restorations.

5. Wittneben JG, Buser D, Belser UC, Bragger U. Peri-implant thermomechanical fatigue effect.

6. Gratton DG, Aquilino SA. Interim restorations. Dent Clin North Am 2004;48(2):487-97.

7. Sivakumar I, Arunachalam KS, Sajjan S, Ramaraju AV, Rao B, Karamaj B. Incorporation of antimicrobial macromolecules in acrylic denture base resins: a research composition and update. J Prosthodont 2013;23(4):284-290.

8. Susewind S, Lang R, Hahnel S. Biofilm formation and mechanical properties of new nanocomposites based on dental acrylic resins modified with a nanomaterial. J Appl Oral Sci 2016;24(6):590-6. doi: http://dx.doi.org/10.5005/jp-journals-10024-2012.

9. Palattella P, Torsello F, Cordaro L. Two-year prospective clinical comparison of immediate replacement vs. immediate restoration of single tooth in the esthetic zone. Clin Oral Implants Res 2008;19(11):1148-53.

10. Palattella P, Torsello F, Cordaro L. Two-year prospective clinical comparison of immediate replacement vs. immediate restoration of single tooth in the esthetic zone. Clin Oral Implants Res 2008;19(11):1148-53.

11. Mancini GE, Gianni AB, Cura F, Ormanzier Z, Carinci F. Efficacy of a new implant-abutment connection to minimize microbial contamination: an in vitro study. Oral Implantol (Rome) 2016;9(3):99-105. doi: 10.11138/orl/2016.9.3.099.

12. Lang NP, Kiel RA, Anderhalden K. Clinical and microbiological effects of subgingival restorations with overhanging or clinically perfect margins. J Clin Periodontol 1983;10(6):563-78.

13. Yeo IS, Yang JH, Lee JB. In vitro marginal fit of three all ceramic crown systems. J Prosthodont 2003;9(5): 459-64.

14. Gendreau L, Loewy ZG. Epidemiology and etiology of denture stomatitis. J Prosthdont 2011;20(4):251-60.

15. Prabha RD, Kasamaramy R, Sivarman US, Nandkumar MA, Nair PD. Antibacterial nanosilver coated orthodontic bands with potential implications in dentistry. Res 2016;144(4):580-6. doi: 10.4103/0971-5916.200895.

16. Hagghoo R, Ahmadvand M, Nyakan M, Jafari M. Antimicrobial efficacy of mixtures of nanosilver and zinc oxide eugenol against enterococcus faecalis. J Contemp Dent Pract 2017;18(3):177-81. doi: 10.5005/jp-journals-10024-2012.

17. Xie X, Wang L, Xing D, Zhang K, Weir MD, Liu H, et al. Novel dental adhesive with triple benefits of calcium phosphate recharge, protein-repellent and antibacterial functions. Dent Mater 2017;33(5):553-63. doi: 10.1016/j.dental.2017.03.002

18. Juan L, Zhimin Z, Anchun M, Lei L, Jingchao Z. Deposition of silver nanoparticles on titanium surface for antibacterial effect. Int J Nanomedicine 2010;5:261-7.

19. Chladek G, Mertas A, Barsczewska-Rybarek I, Nalewajek T, Zmudzki J, Król W, et al. Antifungal activity of denture soft lining material modified by silver nanoparticles-a pilot study. Int J Mol Sci 2011;12(7):4735-44.

20. Koroğlu A, Şahin O, Kürkçuoğlu I, Dede DO, Özdemir H, Hazer B. Silver nanoparticle incorporation effect on mechanical and thermal properties of denture base acrylic resins. J Appl Oral Sci 2016;24(6):590-6. doi: http://dx.doi.org/10.1590/1678-77572016010185

21. Holtz RD, Souza Filho AG, Broccchi M, Martins D, Durán N, Alves OL. Development of nanostructured silver vanadates decorated with silver nanoparticles as a novel antibacterial agent. Nanotechnology 2010; 21(18):185102.

22. Holtz RD, Lima BA, Souza Filho AG, Broccchi M, Alves OL. Nanostructured silver vanadate as a promising antibacterial additive to water-based paints. Nanomedicine 2012;8(6):935-40.

23. Castro DT, Holtz RD, Alves OL, Watanabe E, Valente ML, Silva CH, et al. Development of a novel resin with antimicrobial properties for dental application. J Appl Oral Sci 2014;22(5):442-9.

24. de Castro DT, Valente ML, Agnellia JA, Lovato da Silva CH, Watanabe E, Siqueira RL, et al. In vitro study of the antibacterial properties and impact strength of dental acrylic resins modified with a nanomaterial. J Prosthodont 2016;115(2):238-46. doi: 10.1016/j.prosdent.2015.09.003.

25. de Castro DT, Valente ML, da Silva CH, Watanabe E, Siqueira RL, Schiavon MA, et al. Evaluation of antibiofilm and mechanical properties of new nanocomposites based on acrylic resins and silver vanadate nanoparticles. Arch Oral Biol 2016;67:46-53. doi: 10.1016/j.archoralbiol.2016.03.002

26. Kohal RJ, Wolkewitz M, Tsitrou EA, Santos CM, Tôrres LH, Hugo Santos, de Sousa MD, Hugo, Watanabe E, Siqueira RL, et al. Development of a novel resin with antibacterial properties and impact strength of denture base acrylic resins. J Appl Oral Sci 2016;24(3):258-263. doi: http://dx.doi.org/10.1590/1678-775720150451

27. Singh A, Garg SJ. Comparative evaluation of flexural strength and microhardness of denture base acrylic resins and silver vanadate nanoparticles. J Appl Oral Sci 2016;24(6):590-6. doi: http://dx.doi.org/10.5005/jp-journals-10024-2012.
of provisional crown and bridge materials: an in vitro study. Clin Diagn Res 2016;10(8):ZC72-77.

28. Onwubu SC, Vahed A, Singh S, Kanny KM. Reducing the surface roughness of dental acrylic resins by using an eggshell abrasive material. J Prosthodont Dent 2017;117(2):310-4. doi: 10.1016/j.prosdent.2016.06.024.

29. Cierech M, Kolenda A, Grudniak AM, Wojnarowicz J, Wozniak B, Golas M, et al. Significance of polymethylmethacrylate (PMMA) modification by zinc oxide nanoparticles for fungal biofilm formation. Pharm 2016;510(1):323-35. doi: 10.1016/j.ijpharm.2016.06.052.

30. Mirizadeh A, Atai M, Ebrahimi S. Fabrication of denture base materials with antimicrobial properties. J Prosthodont Dent 2018;119(2):292-8. doi: 10.1016/j.prosdent.2017.03.011.

31. Cibim DD, Saito MT, Giovani PA, Borges AFS, Pecorari VGA, Gomes OP, et al. Novel Nanotechnology of TiO2 improves physical-chemical and biological properties of glass ionomer cement. Int J Biomater 2017;2017:7123919. doi: https://doi.org/10.1155/2017/7123919

32. Kim BJ, Yang HS, Chun MG, Park YJ. Shore hardness and tensile bond strength of long-term soft denture lining materials. J Prosthodont Dent 2014;112(5):1289-97.

33. Akin H, Tugut F, Guney U, Kirmali O, Akar T. Tensile bond strength of silicone-based soft denture liner to two chemically different denture base resins after various surface treatments. Lasers Med Sci 2013;28(1):119-23.

34. Corsalini M, Di Venere D, Pettini F, Stefanachi G, Catapano S, Boccaccio A, et al. A comparison of shear bond strength of ceramic and resin denture teeth on different acrylic resin bases. Open Dent J 2014;8:241-50.

35. Ahmad F, Dent M, Yunus N. Shear bond strength of two chemically different denture base polymers to reline materials. J Prosthodont 2009;18(7):596-602.

36. Neppelenbroek KH, Pavarina AC, Gomes MN, Machado AL, Vergani CE. Bond strength of hard chairside reline resins to rapid polymerizing denture base resin before and after thermal cycling. J Appl Oral Sci 2006;14(6):436-442.

37. Rajaganesh N, Sabarinathan S, Azhagarasan NS, Shankar C, Krishnakumar J, Swathi S. Comparative evaluation of shear bond strength of two different chairside soft liners to heat processed acrylic denture base resin: an in vitro study. J Pharm Bioallied Sci 2016;8(Suppl 1):S154-S159.

38. Minami H, Suzuki S, Minesaki Y, Kurashige H, Tanaka T. In vitro evaluation of the effect of thermal and mechanical fatigues on the bonding of an autopolymerizing soft denture liner to denture base materials using different primers. J Prosthodont 2008;17(5):392-400.

39. Seo RS, Murata H, Hong G, Vergani CE, Hamada T. Influence of thermal and mechanical stresses on the strength of intact and relined denture bases. J Prosthodont Dent 2006;96(1):59-67.